We are IntechOpen, the world’s leading publisher of Open Access books
Built by scientists, for scientists

5,500
Open access books available

135,000
International authors and editors

165M
Downloads

154
Countries delivered to

TOP 1%
Our authors are among the most cited scientists

12.2%
Contributors from top 500 universities

WEB OF SCIENCE™
Selection of our books indexed in the Book Citation Index in Web of Science™ Core Collection (BKCI)

Interested in publishing with us?
Contact book.department@intechopen.com

Numbers displayed above are based on latest data collected.
For more information visit www.intechopen.com
1. Introduction

Polymer is a versatile material having many unique properties like low density, reasonable strength, flexibility, easy processibility, etc. However, the mechanical properties of these materials are inadequate for many engineering applications. Hence, there is a continuous search towards new polymeric materials with improved properties. Initially, blending of different class of polymer was used to fabricate new materials with unique properties. However, blending lead to only marginal improvement in physical properties which were still inadequate for engineering applications. So to improve the strength and stiffness of polymer materials different kinds of organic and inorganic fillers were used. It was observed that strength and stiffness of long fibers reinforced thermosetting polymer is comparable to metals at a fraction of their weight. As a result of which these material were used in aircraft and in sport equipment. However, processing of these materials is very difficult; therefore small fiber or particle reinforced composites were developed. The common particle fillers used were silica, carbon black, metal particles etc. But significantly high filler loading was required to achieve desired mechanical property, which thus increased cost and made processibility difficult. So to achieve high mechanical properties at lower filler loading, nanofillers were used. The nanofiller reinforced polymer matrix is known as polymer nanocomposite.

Polymer nanocomposites are a new class of composite materials, which is receiving significant attention both in academia and industry. As nano fillers are only a few nanometers (~10,000 times finer than a human hair) in dimension, it offers ultra-large interfacial area per volume between the nano-e lement and polymer matrix. As a result, the nanofiller reinforced composites exhibit enhanced toughness without sacrificing stiffness or optical clarity. It also possesses greater thermal and oxidative stability, better barrier, mechanical properties as well as unique properties like self-extinguishing behavior. Compared to different range of nanofillers, carbon nanotubes (CNTs) have emerged as the most promising nanofiller for polymer composites due to their remarkable mechanical and electrical properties (Ishikawa, 2001; Kracke & Damaschke, 2000). Currently, one of the most intriguing applications of CNTs is the CNT/polymer nanocomposites (Cai, 2000; Fiege, 1999; Gomes, 1999; Hersam, 1998; Ruiz, 1998). For the last two decades, a lot of research work has been done on evaluating the potential of CNTs as filler for polymer nanocomposites. In the present chapter, we will briefly discuss on CNTs and their properties, different fabrication methods of polymer nanocomposites and their mechanical, electrical and thermal properties.
2. Carbon nanotubes (CNTs)

CNTs are long cylinders of covalently bonded carbon atoms which possess extraordinary electronic and mechanical properties. There are two basic types of CNTs: single-wall carbon nanotubes (SWCNTs) which are the fundamental cylindrical structure and multi-wall carbon nanotubes (MWCNTs) which are made of coaxial cylinders (Fig. 1), having interlayer spacing close to that of the interlayer distance in graphite (0.34 nm). These cylindrical structures are only few nanometre in diameter, but the cylinder can be tens of microns long, with most end capped with half of a fullerene molecule. It was first discovered by M. Endo in 1978, as part of his Ph.D. work at the University of Orleans in France, but real interest in CNTs started when Iijima (1991) first reported it in 1991. The field thrives after that and the first polymer composites using CNT as filler was reported by Ajayan et al (1994).

![Fig. 1. Schematic diagrams of single-wall carbon nanotube (SWCNT) and multi-wall carbon nanotube (MWCNT)](image)

2.1 Synthesis of carbon nanotubes

CNTs can be prepared using three methods which includes arc discharge, laser ablation and chemical vapor deposition (CVD). Most of these processes take place in vacuum or with process gases. CVD growth of CNTs can occur in vacuum or at atmospheric pressure. High quality and large quantities of nanotubes can be synthesized by these methods.

i. **Arc discharge**

The carbon arc discharge method, initially used for producing C_{60} fullerenes, is the most common and perhaps easiest way to produce CNTs. But this technique produces graphitic impurities such as carbon soot containing amorphous carbon, anions and fullerenes. In this method an inert gas atmosphere is created in the reaction vessel by passing an inert gas at controlled pressure. Two graphitic rods constitute the electrodes, between which a potential difference is applied. As the rods are brought closer, a discharge occurs, resulting in formation of plasma (Fig. 2). The deposit, which contains CNTs, forms on the large negative electrode (cathode) while the smaller positive electrode (anode) is consumed. When a metal catalyst is used along with graphite, a hole is drilled in the carbon anode and it is filled with a mixture of metal and graphite powder. In this case, most nanotubes are found in soot deposited on the arc chamber wall.
ii. Laser ablation

Laser ablation uses an intense laser pulse to vaporize a carbon target, which also contains small amount of metals such as nickel and cobalt and is placed in a tube furnace at 1200°C. As the target is ablated, inert gas is passed through the chamber carrying the grown nanotubes on a cold finger for collection (Fig. 3). This method mainly produces SWCNT in the form of ropes.

iii. Chemical vapor deposition

In this process a mixture of hydrocarbon, metal catalyst along with inert gas is introduced into the reaction chamber (Fig. 4a). During the reaction, nanotubes form on the substrate by the decomposition of hydrocarbon at temperatures 700–900°C and atmospheric pressure. The diameter of nanotubes that are to be grown are related to the size of the metal particles. This mechanism of CNT growth is still being studied. In Figure 4b two growth modes can be seen. The first ‘tip growth mode’ where, the catalyst particles can stay at the tips of the growing nanotube during the growth process and second ‘base growth mode’ where, catalyst particles remain at the nanotube base, depending on the adhesion between the catalyst particle and the substrate (Fig. 4b). This technique offers more control over the length and structure of the produced nanotubes compared to arc and laser methods. This process can also be scaled up to produce industrial quantities of CNTs. A number of reviews (Awasthi, 2005; Monthioux, 2002; Thostenson, 2001) are available which briefly discusses on these production techniques.

2.2 Properties of carbon nanotubes

The determination of physical properties of CNTs is relatively more difficult compared to other fillers due to very small size of CNTs. However a number of experimental studies
have been carried out on the direct determination of mechanical properties of individual CNTs (Yu et al., 2000a). The stiffness of CNTs was first determined by observing the amplitude of thermal vibrations in transmission electron microscopy (TEM) and the average stiffness values of 1.8 TPa and 1.25 TPa (Yu et al., 2000b) were reported for MWCNTs and SWCNTs, respectively. The in-situ tensile tests on individual MWCNTs and ropes of SWCNTs was performed by carrying out a stress-strain measurement using a “nanostressing stage” operating inside a scanning electron microscope (SEM). Experimental results showed that strength of outer shell of MWCNT ranged from 11 to 63 GPa at fracture strains of up to 12% and modulus values ranged from 270 to 950 GPa (Yu et al., 2000b). It was observed that strength of nanotubes depends on the number of defects, as well as interlayer interactions in MWCNTs and bundles of SWCNTs. Structural defects as well as bends or twists significantly affect mechanical strength of CNTs (Kane & Mele, 1997). Theoretical studies of the electronic properties of SWCNTs, suggest that nanotube shells can be either metallic or semiconducting, depend critically on helicity (Fig. 5) (Saito, 1992; Hamada, 1992; Mintmire, 1992). Tans et al. (1997) first, experimentally showed that there are indeed metallic and semiconducting SWCNTs, which verified the theoretical predictions. It was observed that due to poor control on synthesis, on average, approximately 1/3 of SWCNTs formed are metallic and 2/3 semiconductors (Odom et al., 1998). The room temperature conductivity of metallic SWCNT was found to be $10^5$ to $10^6$ S/m and for semiconducting tubes about $10^4$ S/m. The conductivity of SWCNT is close to the in-plane conductivity of graphite [$10^6$ S/m (Charlier & Issi 1996)]. Conductivities of individual MWCNTs have been reported in the range of $10^7$ to $10^8$ S/m (Ebbesen et al., 1996).
depending on the helicities of the outermost shells or the presence of defects (Dai et al., 1996). The axial thermal conductivity of individual, perfect CNTs is reported to be as high as 3300 W/m/K (Kim et al., 2001).

Fig. 5. A sheet of graphene rolled to show formation of different types of single walled carbon nanotube

3. Functionalization of carbon nanotubes

For a nanocomposite, a good dispersion of the filler within the host matrix is very important. At the same time it is also important to stabilize the dispersion to prevent re-aggregation of the filler. These tasks are particularly very challenging in case of nanofillers since the extremely large surface area lead to strong tendency to form agglomerates. CNTs are very well known to form aggregates during compounding and hence various techniques have been used to overcome this problem like use of sonication or mechanical mixing during the fabrication of nanocomposite which generally help in dispersing CNTs. But the most effective way to resolve this problem is surface functionalization of CNTs. Surface functionalization helps in stabilizing the dispersion, since it can prevent re-aggregation of nanotubes and also leads to coupling of CNT with polymeric matrix. Coupling between CNT and polymer matrix is also very important for efficient transfer of external stress to nanotube. In recent years, various methods have been developed for surface functionalization of CNT which includes functionalization of defect groups, covalent functionalization of sidewalls, non-covalent functionalization, e.g., formation of supramolecular adducts with surfactants or polymers (Fig. 6). Although surface functionalization leads to significant improvement in CNT dispersion and stress transfer but this method also causes deterioration of intrinsic properties of CNTs. Covalent functionalization often lead to tube fragmentation and the non-covalent functionalization results in poor exfoliation. Alteration of CNT properties lead to poor reinforcement and conductivity. Hence, it becomes obvious that dispersion and stabilization are not simple issues and compromises have to be made depending on the applications (Hirsch, 2002).

3.1 Covalent functionalization of sidewall

Local strain in CNTs, which arises from either pyramidalization or misalignment of $\pi$-orbitals of the sp$^2$-hybridized carbon atoms, makes nanotubes more reactive than a flat graphene sheet, thereby paving the path to covalently attach chemical species to nanotubes (Banerjee et al., 2005). Covalent functionalization of CNTs can be achieved by introducing
Fig. 6. Possibilities for the functionalization of SWCNTs a) π-π interaction; b) defect group functionalization; c) non-covalent functionalization with polymers

some functional groups on defect sites of CNTs (Fig. 7) by using oxidizing agents such as strong acids, which results in the formation of carboxylic or hydroxyl groups (–COOH, -OH) on the surface of nanotubes (Coleman, 2000, 2006, Singh, 2009). This type of functionalization is known as defect group functionalization. Such functionalization improves nanotube dispersion in solvents and polymers and imparts high stability in polar solvents. For example, Feng et al. (2008) reported that oxidation of MWCNTs with HNO$_3$/H$_2$O$_2$ and HNO$_3$/H$_2$SO$_4$ introduces some carboxylic groups on CNTs, which enhanced their stability in water at room temperature for more than 100 days. As a result, the water-stable nanotubes can easily be embedded in water soluble polymers such as poly(vinyl alcohol) (PVA), giving CNT/polymer nanocomposites with homogeneous dispersion of CNTs (Zhao et al., 2008). Oxidized nanotubes also show excellent stability in other solvents such as caprolactam, which is used in the production of polyamide (PA6) (Gao et al., 2005). Studies on acid functionalization of CNTs have shown significant improvement in interfacial bonding between CNTs and polymer matrices, which have been shown to give a stronger nanotube–polymer interaction, leading to improved Young’s modulus and mechanical strength (Gao, 2006; Sui, 2008; Yuen, 2008a, 2008b, 2008c; Luo, 2008; Rasheed, 2006a, 2006b; Sahoo, 2006; Wong, 2007).

Polymer molecules can also be grafted on the surface of CNTs in presence of these active functional groups (–COOH, -NH$_2$, -OH). Grafting of polymer chain on CNTs can be carried out either by ‘grafting from’ or ‘grafting to’ technique (Coleman, 2000, 2006; Liu, 2005). The grafting-from approach is based on the initial immobilization of initiators onto the nanotube surface, followed by in-situ polymerization with the formation of polymer molecules attached to CNTs. The advantage of this approach is that polymer-functionalized nanotubes with high grafting density can be prepared. However, this process needs a strict control of the amounts of initiator and substrate. The grafting from technique is widely used for the preparation of poly(methyl methacrylate) (PMMA) and related polymer grafted nanotubes. For example, Qin et al. (2004) reported the preparation of poly(n-butyl methacrylate) grafted SWCNTs by attaching n-butyl methacrylate (nBMA) to the ends and sidewalls of SWCNT via atom transfer radical polymerization (ATRP) using methyl 2-bromopropionate as the
free radical initiator. A similar approach was reported by Hwang et al. (2004) for the synthesis of PMMA grafted MWCNTs by potassium persulfate initiated emulsion polymerization reactions and use of the grafted nanotubes as a reinforcement for commercial PMMA by solution casting.

On the other hand, in case of grafting-to approach, attachment of already functionalized polymer molecules to functionalized nanotube surface takes place via appropriate chemical reactions. One of the first examples of ‘grafting to’ approach was published by Fu et al (2001). In this work carboxylic acid groups on the nanotube surface were converted to acyl chlorides by refluxing the samples with thionyl chloride. Then the acyl chloride functionalized CNTs were reacted with hydroxyl groups of dendritic poly(ethylene glycol) (PEG) polymers via the esterification reactions. The grafting-to method was applied for the preparation of epoxy-polyamidoamine–SWCNT composites (Sun et al., 2008). An advantage of this method is that, commercially available polymers containing reactive functional groups can be utilized.

3.2 Non-covalent functionalization with surfactant or polymer

The non-covalent functionalization has unique ability of preserving the intrinsic properties of nanotube which is very important for its electrical and thermal conductivity. Various studies have shown that surfactant or wrapping with polymer can lead to individualization of nanotube in aqueous or organic solvent. (Moore, 2003; Matarredona, 2003; Vigolo, 2000; Regev, 2004; Grossiord, 2005; Curran, 1998; Coleman, 2000; O’Connell, 2001). Moore et al. studied various anionic, cationic and non-ionic surfactants and polymers to determine their ability to disperse nanotube in aqueous media. They reported that size of the hydrophilic group of surfactant or polymer play a key role in nanotube dispersion. It was also observed that surfactant alone is not capable of suspending nanotubes effectively and vigorous sonication is required (Matarredona et al., 2003). Polymers such as poly(m-phenylene-co- 2,5-dioctoxy-p-phenylenevinylene) (PmPV) can be used to wrap around nanotube in organic solvents such as CHCl3 (Coleman et al., 2000). Polar side chain containing polymer, such as poly(vinyl pyrrolidone) [PVP] or poly(styrene sulfonate) [PSS] gave stable solutions of SWCNT/polymer complexes in water (O’Connell et al., 2001). The thermodynamic driving force for wrapping of polar polymer on nanotube is the need to avoid unfavorable
interactions between the non-polar tube walls and the polar solvent (water). To disperse the nanotube in non-polar polymer matrices, such as polyolefins, polymerization-filling technique (PFT) was used. In this process nanotube is first dispersed with catalyst and cocatalyst and followed by polymerization (Dubois & Alexandre, 2006). This technique leads to individualization of nanotube and allows the homogeneous dispersion of nanotubes upon melt blending.

4. CNT/polymer nanocomposites

In order to utilize CNTs and their extraordinary properties in real-world applications, CNT/polymer nanocomposites were developed. Currently, polymer composite is the biggest application area for CNTs. These nanocomposites are being utilized in different fields including transportation, automotive, aerospace, defense, sporting goods, energy and infrastructure sectors. Such wide range applications of such materials are due to their high durability, high strength, light weight, design and process flexibility. CNT/polymer nanocomposites are also used as electrostatic discharge (ESD) and electromagnetic interference (EMI) shielding material because of high electrical conductivity of this material. However, the effective utilization of CNTs for fabricating nanocomposites strongly depends on the homogeneous dispersion of CNTs throughout the matrix without destroying their integrity. Furthermore, good interfacial bonding is also required to achieve significant load transfer across the CNT-matrix interface, a necessary condition for improving the mechanical properties of composites. So it is very important to achieve high degree of CNT dispersion during processing without affecting its property. In the following section we will discuss about the different processing techniques and properties of CNT/polymer nanocomposite.

4.1 Processing of CNT/polymer nanocomposites

From the above discussion, it is very clear that CNTs have strong tendency to form aggregates due to their large surface area. These aggregates persist unless high shear forces are applied e.g., vigorous mixing of the polymer. But such mixing often damages nanotube structures, compromising their properties. Therefore, the biggest challenge is to fully disperse individual nanotubes in the matrices to realize full potential of CNTs. Surface modification of CNTs have somewhat helped in dispersing CNT but long term stability is still a real challenge. Nevertheless, several approaches have been successfully adopted to obtain intimate mixing of nanotubes with polymer matrices, including dry powder mixing, solution blending, melt mixing, in-situ polymerization and surfactant-assisted mixing.

i. Solution processing

The most common method for preparing CNT/polymer nanocomposites involves mixing of CNT and polymer in a suitable solvent. The benefit of solution blending is rigorous mixing of CNTs with polymer in a solvent which facilitates nanotube de-aggregation and dispersion. This method consists of three steps: dispersion of nanotubes in a suitable solvent, mixing with the polymer (at room temperature or elevated temperature) and recovery of the nanocomposite by precipitating or casting a film. Both organic and aqueous medium have been used to produce CNT/polymer nanocomposites [Bandyopadhyaya, 2002; Pei, 2008; Wu, 2007; Cheng, 2008]. In this method dispersion of nanotube can be achieved by magnetic stirring, shear mixing, reflux or most commonly, ultrasonication. Sonication can be provided in two forms, mild sonication in a bath or

www.intechopen.com
high-power sonication. The use of high-power ultrasonication for a long period of time can shorten the nanotube length, i.e. reduces the aspect ratio, which is detrimental to the composite properties (Badaire et al., 2004).

To minimize this problem, surfactants have been used to disperse higher loadings of nanotubes (Islam, 2003; Barrau, 2003; Bryning, 2005a). Islam et al. (2003) reported that SWCNT (20 mg/mL) can be dispersed in water by using 1% sodium dodecylbenzene sulfonate as surfactant and low power, high-frequency (12 W, 55 kHz) sonication for 16-24 h. However, it has a major drawback of retaining surfactant in the nanocomposites which deteriorate the transport properties of nanocomposites. Bryning et al. (2005a) prepared SWCNT/epoxy nanocomposites and showed that the thermal conductivity of composite is much lower if surfactant is used for SWCNT dispersion.

In solvent blending, slow evaporation step often lead to CNT aggregation. To overcome this problem, CNT/polymer suspension can be kept on a rotating substrate [spin-casting (Lamy de la Chapelle et al., 1999)] or can be dropped on a hot substrate [drop-casting (Benoit, et al., 2001)] to expedite the evaporation step. Coagulation [developed by Du et al. (Du et al., 2003)] is another method, which involves pouring of a CNT/polymer suspension into an excess of non-solvent. This lead to entrapment of SWCNT by precipitating polymer chains which inturn prevents the SWCNT from bundling. The method is very successful in case of PMMA and polyethylene [PE] nanocomposites (Haggenmueller et al., 2006).

ii. Melt blending

While solution processing is a valuable technique for both nanotube dispersion and nanocomposite formation, it is less suitable for industrial scale processes. For industrial applications, melt processing is a preferred choice because of its low cost and simplicity to facilitate large scale production for commercial applications. In general, melt processing involves the melting of polymer pellets to form a viscous liquid and application of high shear force to disperse the nanofillers such as CNTs. Successful examples of melt blending include MWCNT/polycarbonate (Poetschke et al., 2003) MWCNT/nylon-6, (Liu, 2004; Zhang, 2004) SWCNT/polypropylene, (Bhattacharya et al., 2003) and SWCNT/polyimide (Siochi et al., 2004) nanocomposites. Although melt blending is very simple, but high shear force and high temperature can deteriorate nanocomposite property, as high shear force which is required to achieve CNT dispersion can also lead to CNT fragmentation. So an optimum shear stress is required to achieve desired dispersion at lowest possible damage of CNTs.

The use of high temperature is also very critical, as high temperature enhances CNT dispersion by lowering the viscosity but too high temperature can degrade the polymer intrinsic properties. So optimization of temperature is also very important. To overcome these challenges many modification in melt compounding has been made like : Haggenmueller et al. (2000) combined the solution and melt blending by subjecting a solvent cast SWCNT/polymer film to several cycles of melt pressing. An approach developed by Jin et al (2002) introduces polymer-coated MWCNT (rather than pristine MWCNT) into the polymer melt to promote compatibilization. However optimization of processing conditions is an important issue, not just for different nanotube types, but for the whole range of polymer–nanotube combinations (Dubois & Alexandre, 2006).

iii. In-situ polymerization

In recent years, in-situ polymerization has been extensively explored for the preparation of polymer grafted nanotubes and processing of corresponding polymer composite materials. The main advantage of this method is that it enables grafting of polymer macromolecules
onto the walls of CNTs. In addition, it is a very convenient processing technique, which allows the preparation of nanocomposites with high nanotube loading and very good miscibility with almost each polymer matrix. This technique is particularly important for the preparation of insoluble and thermally unstable polymers, which cannot be processed by solution or melt processing. Depending on required molecular weight and molecular weight distribution of polymers, chain transfer, radical, anionic, and ring-opening metathesis polymerizations can be used for in-situ polymerization processing. Initially, in-situ radical polymerization was applied for the synthesis of PMMA/MWCNT nanocomposites (Jia, 1999; Velasco-Santos, 2003; Putz, 2004). More recently (Wu, 2009) studied the mechanical and thermal properties of hydroxyl functionalized MWCNTs/acrylic acid grafted PTT nanocomposites and showed a significant enhancement in thermal and mechanical properties of PTT matrix due to the formation of ester bonds between –COOH groups of acrylic acid grafted PTT and –OH groups of MWCNTs. In-situ polymerization was also very useful for the preparation of polyamide/CNT polymer nanocomposites. Park et al. (2002) also reported the synthesis of SWCNT reinforced polyimide nanocomposites by in-situ polymerization of diamine and dianhydride under sonication. Epoxy nanocomposites comprise the majority of reports using in-situ polymerization methods, (Schadler, 1998; Zhu, 2003, 2004; Gong, 2000; Ajayan, 2000; Moniruzzaman, 2006a) where the nanotubes are first dispersed in the resin followed by curing the resin with the hardener. Zhu et al. (2003) prepared epoxy nanocomposites by this technique using carboxylated end-cap SWCNT and an esterification reaction to produce a composite with improved tensile modulus. It is important to note that as polymerization progresses and the viscosity of the reaction medium increases, the extent of in-situ polymerization reactions might be limited. In general, in-situ polymerization can be applied for the preparation of almost any polymer nanocomposites containing CNTs which can be non-covalently or covalently bound to polymer matrix. Non-covalent binding between polymer and nanotube involves physical adsorption and wrapping of polymer molecules through van der Waals and H–H interactions. The role of covalently functionalized and polymer grafted nanotubes will be considered in more detail below.

5. Alignment of carbon nanotubes in nanocomposites

The superior properties of CNTs offer exciting opportunities for new nanocomposites, but the important limitation for some potential applications of CNTs come from the fact that randomly oriented nanotubes embedded in polymer matrices have exhibited substantially lower electrical and thermal conductivities than expected (Fischer, 1997; Hone, 1999). Nanotube alignment can be obtained prior to composite fabrication or during composite fabrication or after composite fabrication by in-situ polymerization (Raravikar, 2005; Feng, 2003), mechanical stretching (Jin et al., 1998), melt fiber spinning (Haggenmueller, 2000, 2003), electrospinning (Gao, 2004; Hou, 2005; Ko, 2003) and application of magnetic or electric field (Ma, 2008; Componeschi, 2007). Haggenmueller et al. (2000) have tried a combination of solvent casting and melt mixing methods to disperse single-walled CNTs in PMMA films and subsequently melt spun into fibers. However, only the melt mixing method was found to be successful in forming continuous fibers. Ma et al. (2008) studied alignment and dispersion of functionalized nanotube composites of PMMA induced by electric field and obtained significant enhancement in dispersion quality and alignment
stability for oxidized MWCNTs as compared to pristine MWCNTs. Camponeschi et al. (2007) found that orientation and alignment of CNTs embedded in the epoxy under a magnetic field increased and showed improvement in mechanical properties of the resulting nanocomposites. Gao et al. (2004) prepared SWCNT/poly(vinyl pyrrolidone) fibres by electrospinning using electrostatic forces and found SWCNT exhibit good alignment and dispersion. Xie et al. (2005) showed that enhanced dispersion and alignment of CNTs in polymer matrices greatly improve mechanical, electrical, thermal, electrochemical, optical and super-hydrophobic properties of CNT/polymer nanocomposites. Safadi et al. (2002) prepared PS/MWCNT nanocomposite films by spin casting at high speed (2200 rpm) and found that MWCNTs were aligned in specific angles relative to the radial direction: 45° and 135° on average. The presence of ~2.5 vol.% MWCNTs doubles the tensile modulus and transforms the film from insulating to conducting. Thostenson & Chou (2002) found that tensile strength and modulus of melt drawn PS/MWCNT composite films increased by 137 and 49% respectively, compared to the undrawn PS film.

6. Properties of CNT/polymer nanocomposites

Incorporation of CNT in polymer matrix resulted in a significant change in mechanical, electrical and thermal properties of polymer matrices. Various factors that influence property modification are processing techniques, type of CNT, aspect ratio and CNT content. It is generally observed that a particular processing method which is good for one property may not be good for another. One such example is surface modification of CNT which generally enhances the mechanical properties but deteriorates the electronic properties. So it is very important to optimize the various conditions to obtain the nanocomposite with desired properties. A number of studies have been aimed at evaluating the mechanical, electrical and thermal properties of CNT/polymer nanocomposite under different conditions and filler loading.

6.1 Mechanical properties of CNT/polymer nanocomposites

The excellent mechanical properties of CNTs, as discussed above, suggest that incorporation of very small amount of CNTs into a polymer matrix can lead to structural materials with significantly high modulus and strength. Significant advancement has been made in improving the mechanical properties of polymer matrix by mixing small fraction of CNTs. Qian et al. (2000) reported that adding 1 wt.% MWCNTs in the PS by solution-evaporation method, results in 36–42 and ~25% improvements in tensile modulus and tensile strength, respectively. Biercuk et al. (2002) have also reported increase of indentation resistance (Vickers hardness) by 3.5 times on adding 2 wt. % SWCNTs in epoxy resin. Cadek et al. (2002) also found significant improvement in the modulus and hardness (1.8 times and 1.6 times) on addition of 1 wt% MWCNTs in PVA matrix. Homogeneous dispersion and alignment of CNTs in polymer matrix had a significant effect on the properties of resulting composites. Velasco-Santos et al. (2003) reported that by enhancing the dispersion of CNT by using an in-situ polymerization, the storage modulus of PMMA/MWCNT nanocomposites at 1 wt.% of MWCNTs at 90°C increased by 1135%.

Although, addition of CNTs lead to enhancement of mechanical properties of the polymer matrix but the improvement is still well below the expected value. At current stage, the extraordinary properties of CNTs are still not fully utilized in polymer composites. Many
research works have indicated that poor adhesion between the matrix and nanotube is the limiting factor in imparting the excellent mechanical properties of nanotubes in composites. As load transfer from matrix to CNTs play a key role in mechanical properties of the nanocomposite, good interfacial bonding is very important. Load transfer between the matrix and filler depends on the interfacial shear stress between the two (Schadler et al., 1998). A high interfacial shear stress will transfer the applied load to the filler over a short distance and a low interfacial shear stress will require a long distance. There are three main load transfer mechanisms operating between a matrix and filler.

a. Micro-mechanical interlocking
This is the amount of load transfer due to mechanical interlocking which is very poor in nanotube composites because of the atomically smooth surface of nanotubes. As CNTs has some surface defects like varying diameter and bends/twist due to non-hexagonal defects, along a CNT, mechanical interlocking do play a role in CNT–polymer adhesion.

b. Chemical bonding between filler and matrix
A chemical bond either ionic or covalent significantly improves the interfacial interaction between matrix and filler that enables a stress transfer.

c. Weak van der Waals bonding between filler and matrix
The van der Waals interaction arises from the molecular proximity and is the only mode of interaction between CNTs and the matrix in absence of chemical bonding. Hence, formation of chemical bonding between CNT and polymer can significantly improve the mechanical properties of nanocomposites. Recently, Blake et al. (2004) developed butyl-lithium-functionalized MWCNTs which can be covalently bonded to chlorinated polypropylene (CPP). The CPP/MWCNT was then compounded with CPP/tetrahydrofuran (THF) solution to obtain CPP/MWCNT nanocomposites. They showed that on addition of 0.6 vol% MWCNT, the modulus increased by three times and both tensile strength and toughness (measured by the area under the stress–strain curve) increased by 3.8 times (from 13 to 49 MPa) and 4 times (from 27 to 108 J/g), respectively. Bal & Samal (2007) showed that the amine functionalized CNTs get completely dispersed in polymer matrix in comparison to unmodified CNTs. Telescopic pull-out was also observed in case of functionalized MWCNTs (Gojny et al., 2005). It was observed that although CNTs get pulled out from the matrix the outer wall still remained in the matrix. This is possible because only weak van der Waals forces are present between the various concentric tubes of the MWCNT where as the outer tube is covalently bonded to the matrix. Such a pull-out process suggests that efficient load transfer occurs from matrix to the outer tube, due to strong covalent bonding between epoxy matrix and CNT. These observations suggest that the efficiency of property improvement depends on the type of CNT, processing techniques and the compatibility between CNT and host matrix. Although chemical functionalization of CNT can improve the compatibility between CNT and polymer which intern improves the mechanical properties but it has a deteriorating effect on the other properties of nanocomposites such as electrical and thermal conductivity. However, the rapid growth of this field suggests the solution to these problems are not very far and in coming few years’ desire of obtaining super strong polymer material will be realized.

6.2 Electrical properties of CNT/polymer nanocomposites
With exceptional mechanical properties, CNTs also possess very high intrinsic electrical conductivity. The electrical conductivity of individual CNTs ranged between $10^7$ to $10^8$ S/m that is comparable to metals (Ebbesen et al., 1996). Very high electrical conductivity of CNTs
Polymer/Carbon Nanotube Nanocomposites have helped to impart conductivity in highly insulating material like polymer by fabricating polymer nanocomposites. The enhancement in electrical conductivity of insulating polymer by several orders of magnitude has been achieved with a very small loading (0.021 wt%) of nanotubes in the polymer matrices, which helped in preserving other performance aspects of the polymers such as optical clarity, mechanical properties, low melt flow viscosities, etc. As a result, these conducting materials are in growing demand in different application areas such as transparent conductive coatings, electrostatic dissipation, electrostatic painting, and electromagnetic interference shielding applications.

The electrical conductivity of CNT reinforced polymer nanocomposites depends on many factors including type of CNTs, aspect ratio, surface functionalization and CNT content. The electrical conductivity of nanocomposite increases with increasing CNT loading till a critical filler concentration where a dramatic increase in conductivity is observed. This critical filler concentration is called electrical percolation threshold concentration. At percolation threshold concentration, filler forms a three-dimensional conductive network within the matrix, hence electron can tunnel from one filler to another, and in doing so it overcomes the high resistance offered by insulating polymer matrix. The percolation threshold is typically determined by plotting the electrical conductivity as a function of the reduced mass fraction of filler and fitting with a power law function (Fig. 8). As formation of percolating networks depends on both intrinsic conductivity and aspect ratio of the filler, the nanotube/polymer nanocomposites exhibit very low percolation threshold because of high conductivity and high aspect ratio of CNTs. Bryning et al. (2005b) studied the effect of aspect ratio on percolation threshold concentration by preparing SWCNT/epoxy nanocomposites with nanotubes from two different sources, HiPco and laser oven, having aspect ratios of ~150 and ~380 respectively. They reported a smaller percolation threshold with the higher aspect ratio nanotubes. Similar observation was also made by Bai & Allaoui (2003); they found more than 8-fold decrease in threshold concentration in MWCNT/epoxy composites when the MWCNT length was increased from 1 to 50 μm. In general, the minimum percolation threshold concentration for SWCNT/polymer nanocomposite is 0.0021 wt% in epoxy matrix (Martin et al., 2004). For different polymer systems it ranged from 0.0021 to 15 wt% CNT loading (Bauhofer & Kovacs, 2009). These studies show that the percolation threshold concentration and nanocomposite conductivity also depends on polymer type, synthesis method, aspect ratio of CNTs, disentanglement of CNT agglomerates, uniform spatial distribution of individual CNTs and degree of alignment [Bryning, 2005b; Moniruzzaman, 2006b; Du, 2005].

Another factor which significantly affects the electrical conductivity of nanocomposite is the chemical functionalization of CNTs because it disrupts the extended π-conjugation of nanotubes and thereby reduces the electrical conductivity of isolated nanotubes. Sulong et al. (2009) showed that incorporation of acid and octadecylated functionalized MWCNT in epoxy matrix decreased the electrical conductivity of nanocomposites. Similar results have also been reported by Park et al (2009). Hence, it is important to optimize the modification condition or reagent to achieve minimum deterioration of electronic properties of CNTs.

Nevertheless, significant improvement in electrical conductivity of polymer on CNT addition lead to the development of CNT/polymer conductive nanocomposites for electronics, automotive and aerospace applications with uses such as electrostatic dissipation, electromagnetic interference (EMI) shielding, multilayer printed circuits, and
Fig. 8. Plot of dc electrical conductivity ($\sigma$) vs weight fraction of MWCNT in PTT/MWCNT composites [inset shows the log-log plot of $\sigma$ vs $[(\rho - \rho_c)/\rho_c]$]

Conductive coatings (Baughman, 2002; Dresselhaus, 2004; Holt, 2006; Martel, 1998; Minoux, 2005; Zhang, 2005). The rapid development of electrical industry, demands fabrication of light weight and effective EMI shielding material for the protection of workspace and environment from radiation coming from computers and telecommunication equipment as well as for protection of sensitive circuits. Thus electrically conducting polymer nanocomposites have received much attention recently compared to conventional metal-based EMI shielding materials (Chung, 2001; Joo & Epstein, 1994; Kim, 2003; Yang, 2005a), because of their light weight, resistance to corrosion, flexibility and processing advantages. The use of CNT have significantly reduced the filler loading required to achieve desired EMI SE, thus reduced the cost and weight of the material (Chung, 2001; Micheli, 2009; Sundararaj & Al-Saleh, 2009; Yang, 2005b).

The effect of aspect ratio on EMI SE was shown by Sundararaj & Al-Saleh. They reported that SE of 1 mm thick shielding plate made of 7.5 vol% MWCNT/polypolypropylene (PP) nanocomposite was much higher (35 dB) than 7.5 vol% (HS-CB)/PP composite (18 dB) in the X-band frequency range. Yang et al. (2005b) studied the EMI shielding behavior of MWCNT/PS nanocomposites and achieved SE of ~20 dB at 7 wt % MWCNT loading. Although, lower value of SE of CNT composites have also been reported, e.g., Liu et al. (2007) achieved only ~17 dB at 20 wt% MWCNTs loading in polyurethane (PU) whereas Kim et al. (2004) reported ~27 dB SE at 40 wt% CNT loading for MWCNT/PMMA films. These observations suggest that SE of CNT filled polymer nanocomposite depends on many factors including fabrication techniques, purity of CNT, dispersion etc. Recently significant efforts have been made in understanding the EMI shielding mechanisms of polymer nanocomposite as it is very important for the best utilization of shielding capabilities of material and for designing nanocomposite at lowest possible filler loading and cost. Three types of EMI shielding mechanisms have been proposed, namely: reflection, absorption and multiple reflections [Sundararaj & Al-Saleh, 2009; Chung, 2001; Liu, 2007]. Some previous studies have shown that in MWCNT/polymer nanocomposites, SE is mainly absorption dominated where as SWCNT/polymer nanocomposites are mainly reflection dominated.
material. The application area of EMI shielding materials depends on the dominant shielding mechanism like absorption based EMI shielding materials are used in radar, microwave communication technology, stealth (self concealing) technology, microwave darkroom and anti-EMI coating application.

6.3 Thermal properties
Thermal properties of a composite are equally important as its mechanical and electrical properties because it gives more freedom in selecting processing conditions and also application area. It is observed that incorporation of CNTs in polymer matrices results in increase of glass transition, melting and thermal decomposition temperatures due to hindered chain and segmental mobility of the polymers. To improve the thermal endurance of CNT/polymer nanocomposites, surfactant as the wetting agent were also incorporated. Gong (2000) and Velasco-Santos et al. (2003) reported that addition of 1 wt.% CNTs with a surfactant in epoxy and PMMA matrix increased the glass transition temperature by ~25 and ~40 °C respectively. Incorporation of CNTs in polymer matrices also enhances the rate of crystallization by acting as nucleating sites [Deshpande & Jape, 2009; Zhang, 2008] which in-turn reduces the processing time and enhances mechanical strength. There are reports according to which addition of CNTs in polymer matrix can hinder the crystallization of polymer matrices (Jin, 2007; Diez-Pascual, 2009). Our recent study on MWCNT/PTT nanocomposite suggested that presence of MWCNTs in PTT matrix delays the crystallization and lead to formation of bigger crystallites (Gupta & Choudhary, 2010). Thermal stability and melting temperature of polymer matrices were improved in presence of CNTs. Kashiwagi et al. (2000) found that the thermal decomposition temperature of polypropylene in nitrogen increases by ~12 °C on 2 vol. % MWCNTs loading. Because of the excellent thermal conductivity of CNTs, incorporation of CNTs significantly improves the thermal transport properties of polymer nanocomposites which lead to its usage as printed circuit boards, connectors, thermal interface materials, heat sinks, and other high-performance thermal management systems. Choi et al. (2003) reported 300% increase in thermal conductivity of epoxy matrix at room temperature on 3 wt % SWCNT loading and an additional increase (10%) when aligned magnetically. Biercu et al. (2002) prepared an epoxy nanocomposite with 1 wt % raw (not purified) laser-oven SWCNT and showed a 125% increase in thermal conductivity at room temperature. Alignment of CNTs also plays an important role in improving the transport properties of a material. Choi et al. (2003) found 10% increase in thermal conductivity of epoxy composite with aligned MWCNTs in comparison to non-aligned MWCNTs.

7. Application of CNT/polymer nanocomposites
With their excellent range of properties, CNTs have opened up a new age of advanced multifunctional materials. Incorporation of CNTs in polymer matrices provides materials that could be used for many high performance engineering applications. Currently, the most widespread use of CNT nanocomposites is in electronics. These nanocomposites could be used to shield electromagnetic interference and as electrostatic-discharge components. The microwave-absorbing capability of nanotubes could be exploited to heat temporary housing structures and may have applications in space exploration. Thin layers of nanotubes on plastics might also be used in transparent conducting composites. High mechanical strength
of these nanocomposites could be utilized to make some high-end sporting goods such as tennis rackets, baseball bat etc, and thus delivering superior performance. In short, the biggest market for CNT nanocomposites will undoubtedly be for high-value applications that can absorb the added costs, which includes commercial sectors such as electronics especially aerospace (which requires lightweight, high-strength, high-temperature-resistant composites) and energy (for example, in nanotube-reinforced rubber seals for large oil recovery platforms). Once the cost of nanotubes becomes comparable to that of carbon fibre (or even to that of the much cheaper reinforcing agent, carbon black), commodities such as nanotube-filled rubber tyres could become a reality.

8. Conclusion and future scope

Studies on CNT/polymer nanocomposite suggests that CNT has great potential in altering the properties of polymer matrices. The quality of CNT/polymer nanocomposites depends on many factors including type of CNTs, chirality, purity, defect density, aspect ratio, % loading, dispersion, alignment and interfacial adhesion between the nanotube and polymer matrix. A lot of research work has been carried out to improve the quality of CNTs and processing techniques. The biggest challenge in realizing the full potential of CNTs is to achieve homogeneous dispersion of CNTs so that maximum filler surface area will be available for load-transfer between filler and matrix. The functionalization of nanotubes provides a convenient route to improve dispersion and stress transfer between CNT and polymer matrix, but more improvement in this field is required to preserve the intrinsic properties of CNTs. It is important to focus on different methods of noncovalent functionalization of nanotubes and discover a route which can improve the dispersion and compatibility without negatively affecting the composite properties. The actual task of dispersing the CNTs in polymer matrix is performed during its manufacturing. The three major processing techniques namely, solution, melt and in-situ polymerization have their unique advantages in fabricating CNT/polymer nanocomposite. Although solution blending produces high quality composite but melt compounding is much simpler and provide option for large scale production. Recently, in-situ polymerization is also showing great potential in fabricating CNT/polymer nanocomposite. The success of processing technique is directly related to performance of composite. The maximum improvement in mechanical properties of polymer matrix is observed in case of in-situ polymerization which produces covalent bond between CNT and polymer matrix. However it negatively influences the electronic properties of the composite. The increase in electrical conductivity of polymer material on CNT addition is the biggest advantage of fabricating CNT/polymer nanocomposite. As significant improvement in electrical conductivity is observed at very low CNT loading, CNT/polymer nanocomposite is finding application as light weight, low cost and highly effective ESD and EMI shielding material. The thermal properties of the polymer matrix also modified by CNT addition like CNT increases the glass transition, melting and thermal decomposition temperatures. CNT also influences the crystallization rate and percentage crystallinity by acting as nucleating agent. Improvement in both crystallization rate and percentage crystallinity enhances its mechanical and processing properties. So finally we can conclude that CNT is ideal filler for fabricating polymer composite but some serious challenges need to be addressed before fully realizing the extraordinary properties of CNT in polymer nanocomposite.
9. References

Ajayan, P. M., Stephan, O., Colliex, C., & Trauth, D. (1994). Aligned carbon nanotube arrays formed by cutting a polymer resin-nanotube composite. Science, Vol. 265, pp. 1212-1214, ISSN 0036-8075

Ajayan, P. M., Schadler, L. S., Giannaris, C., & Rubio, A. (2000). Single-walled carbon nanotube-polymer composites: strength and weakness. Adv. Mater., Vol. 12, pp. 750-753, ISSN 0935-9648

Awasthi, K., Srivastava, A., & Srivastava, O. N. (2005). Synthesis of carbon nanotubes. J Nanosci Nanotechnol, Vol. 5, pp. 1616-1636, ISSN 1550-7033

Badaire, S., Poulin, P., Maugé, M., & Zakri, C. (2004). In Situ Measurements of Nanotube Dimensions in Suspensions by Depolarized Dynamic Light Scattering. Langmuir, Vol. 20, pp. 10367-10370, ISSN 0743-7463

Bai, J. B., & Allaoui, A. (2003). Effect of the length and the aggregate size of MWNTs on the improvement efficiency of the mechanical and electrical properties of composites - experimental investigation. Composites, Part A, Vol. 34A, pp. 689-694, ISSN 1359-835X

Bal, S., & Samal, S. S. (2007). Carbon nanotube reinforced polymer composites - a state of the art. Bull. Mater. Sci., Vol. 30, pp. 379-386, ISSN 0250-4707

Bandyopadhyaya, R., Nativ-Roth, E., Regev, O., & Yerushalmi-Rozen, R. (2002). Stabilization of individual carbon nanotubes in aqueous solutions. Nano Lett., Vol. 2, pp. 25-28, ISSN 1530-6984

Banerjee, S., Hemraj-Benny, T., & Wong, S. S. (2005). Covalent surface chemistry of single-walled carbon nanotubes. Adv. Mater., Vol. 17, pp. 17-29, ISSN 0935-9648

Barrau, S., Demont, P., Perez, E., Peigney, A., Laurent, C., & Lacabanee, C. (2003). Effect of palmitic acid on the electrical conductivity of carbon nanotubes-epoxy resin composites. Macromolecules, Vol. 36, pp. 9678-9680, ISSN 0024-9297

Baughman, R. H., Zakhidov, A. A., & de Heer, W. A. (2002). Carbon nanotubes-the route toward applications. Science, Vol. 297, pp. 787-792, ISSN 0036-8075

Bauhofer, W., & Kovacs, J. Z. (2009). A review and analysis of electrical percolation in carbon nanotube polymer composites. Compos. Sci. Technol., Vol. 69, pp. 1486-1498, ISSN 0266-3538

Benoit, J. M., Corraze, B., Lefrant, S., Blau, W. J., Bernier, P., & Chauvet, O. (2001). Transport properties of PMMA-Carbon Nanotubes composites. Synth. Met., Vol. 121, pp. 1215-1216, ISSN 0379-6779

Bhattacharyya, A. R., Sreekumar, T. V., Liu, T., Kumar, S., Ericson, L. M., & Hauge, R. H. (2003). Crystallization and orientation studies in polypropylene/single wall carbon nanotube composite. Polymer, Vol. 44, pp. 2373-2377, ISSN 0032-3861

Biercuk, M. J., Llaguno, M. C., Radosavljevic, M., Hyun, J. K., Johnson, A. T., & Fischer, J. E. (2002). Carbon nanotube composites for thermal management. Appl. Phys. Lett., Vol. 80, pp. 2767-2769, ISSN 0003-6951

Blake, R., Gun’ko, Y. K., Coleman, J., Cadek, M., Fonseca, A., & Nagy, J. B. (2004). A Generic Organometallic Approach toward Ultra-Strong Carbon Nanotube Polymer Composites. J. Am. Chem. Soc., Vol. 126, pp. 10226-10227, ISSN 0002-7863
(a) Bryning, M. B., Milkie, D. E., Islam, M. F., Kikkawa, J. M., & Yodh, A. G. (2005). Thermal conductivity and interfacial resistance in single-wall carbon nanotube epoxy composites. *Appl. Phys. Lett.*, Vol. 87, pp. 161909/161901-161909/161903, ISSN 0003-6951

(b) Bryning, M. B., Islam, M. F., Kikkawa, J. M., & Yodh, A. G. (2005). Very low conductivity threshold in bulk isotropic single-walled carbon nanotube-epoxy composites. *Adv. Mater.*, Vol. 17, pp. 1186-1191, ISSN 0935-9648

Cadek, M., Coleman, J. N., Barron, V., Hedicke, K., & Blau, W. J. (2002). Morphological and mechanical properties of carbon-nanotube-reinforced semicrystalline and amorphous polymer composites. *Appl. Phys. Lett.*, Vol. 81, pp. 5123-5125, ISSN 0003-6951

Cai, L., Tabata, H., & Kawai, T. (2000). Self-assembled DNA networks and their electrical conductivity. *Appl. Phys. Lett.*, Vol. 77, pp. 3105-3106, ISSN 0003-6951

Charlier, J. C., & Issi, J. P. (1996). Electrical conductivity of novel forms of carbon. *J. Phys. Chem. Solids*, Vol. 57, pp. 957-965, ISSN 0022-3697

Cheng, F., Imin, P., Maunders, C., Botton, G., & Adronov, A. (2008). Soluble, discrete supramolecular complexes of single-walled carbon nanotubes with fluorene-based conjugated polymers. *Macromolecules*, Vol. 41, pp. 2304-2308, ISSN 0024-9297

Choi, E. S., Brooks, J. S., Eaton, D. L., Al-Haik, M. S., Hussaini, M. Y., & Garmestani, H. (2003). Enhancement of thermal and electrical properties of carbon nanotube polymer composites by magnetic field processing. *J. Appl. Phys.*, Vol. 94, pp. 6034-6039, ISSN 0021-8979

Chung, D. D. L. (2001). Electromagnetic interference shielding effectiveness of carbon materials. *Carbon*, Vol. 39, pp. 279-285, ISSN 0008-6223

Coleman, J. N., Dalton, A. B., Curran, S., Rubio, A., Davey, A. P., & Drury, A. (2000). Phase separation of carbon nanotubes and turbostratic graphite using a functional organic polymer. *Adv. Mater.*, Vol. 12, pp. 213-216, ISSN 0935-9648

Coleman, J. N., Khan, U., Blau, W. J., & Gunko, Y. K. (2006). Small but strong: A review of the mechanical properties of carbon nanotube-polymer composites. *Carbon*, Vol. 44, pp. 1624-1652, ISSN 0008-6223

Camponeschi, E., Vance, R., Al-Haik, M., Garmestani, H., & Tannenbaum, R. (2007). Properties of carbon nanotube-polymer composites aligned in a magnetic field. *Carbon*, Vol. 45, pp. 2037-2046, ISSN 0008-6223

Curran, S. A., Ajayan, P. M., Blau, W. J., Carroll, D. L., Coleman, J. N., & Dalton, A. B. (1998). A composite from poly(m-phenylenevinylene-co-2,5-dioctoxy-p-phenylenevinylene) and carbon nanotubes. A novel material for molecular optoelectronics. *Adv. Mater.*, Vol. 10, pp. 1091-1093, ISSN 0935-9648

Dai, H., Wong, E. W., & Lieber, C. M. (1996). Probing electrical transport in nanomaterials: conductivity of individual carbon nanotubes. *Science*, Vol. 272, pp. 523-526, ISSN 0036-8075

Deshpande, V. D., & Jape, S. (2009). Nonisothermal crystallization kinetics of nucleated poly(ethylene terephthalate). *J. Appl. Polym. Sci.*, Vol. 111, pp. 1318-1327, ISSN 0021-8995

www.intechopen.com
Díez-Pascual, A. M.; Naffakh, M.; Gomez, M. A.; Marco, C.; Ellis, G.; & Simard B. (2009). Development and characterization of PEEK/carbon nanotube composites. *Carbon*, Vol. 47, pp. 3079-3090, ISSN 0008-6223

Dresselhaus, M. S. (2004). Applied physics: Nanotube antennas. *Nature*, Vol. 432, pp. 959-960, ISSN 0028-0836

Du, F., Fischer, J. E., & Winey, K. I. (2005). Effect of nanotube alignment on percolation conductivity in carbon nanotube/polymer composites. *Phys. Rev. B: Condens. Matter Mater. Phys.*, Vol. 72, pp. 121404/121401-121404/121404, ISSN 1098-0121

Du, F., Fischer, J. E., & Winey, K. I. (2003). Coagulation method for preparing single-walled carbon nanotube/poly(methyl methacrylate) composites and their modulus, electrical conductivity, and thermal stability. *J. Polym. Sci., Part B: Polym. Phys.*, Vol. 41, pp. 3333-3338, ISSN 0887-6266

Dubois, P., & Alexandre, M. (2006). Performant clay/carbon nanotube polymer composites. *Adv. Eng. Mater.*, Vol. 8, pp. 147-154, ISSN 1438-1656

Ebbesen, T. W., Lezec, H. J., Hiura, H., Bennett, J. W., Ghaemi, H. F., & Thio, T. (1996). Electrical conductivity of individual carbon nanotubes. *Nature*, Vol. 382, 54-56, ISSN 0028-0836

Feng, J., Sui, J., Cai, W., & Gao, Z. (2008). Microstructure and mechanical properties of carboxylated carbon nanotubes/poly(L-lactic acid) composite. *J. Compos. Mater.*, Vol. 42, pp.1587-1595, ISSN 0021-9983

Feng, W., Bai, X. D., Lian, Y. Q., Liang, J., Wang, X. G., & Yoshino, K. (2003). Well-aligned polyaniline/carbon-nanotube composite films grown by in-situ aniline polymerization. *Carbon*, Vol. 41, pp. 1551-1557, ISSN 0008-6223

Fiege, G. B. M., Altes, A., Heiderhoff, R., & Balk, L. J. (1999). Quantitative thermal conductivity measurements with nanometer resolution. *J. Phys. D: Appl. Phys.*, Vol. 32, pp. L13-L17, ISSN 0022-3727

Fischer, J. E., Dai, H., Thess, A., Lee, R., Hanjani, N. M., & Dehaas, D. L. (1997). Metallic resistivity in crystalline ropes of single-wall carbon nanotubes. *Phys. Rev. B: Condens. Matter*, Vol. 55, pp. R4921-R4924, ISSN 1098-0121

Fu, K., Huang, W., Lin, Y., Riddle, L. A., Carroll, D. L., & Sun, Y.-P. (2001). Defunctionalization of Functionalized Carbon Nanotubes. *Nano Lett.*, Vol. 1, pp. 439-441, ISSN 1530-6984

Gao, J., Zhao, B., Itkis, M. E., Bekyarova, E., Hu, H., & Kranak, V. (2006). Chemical engineering of the single-walled carbon nanotube-nylon 6 interface. *J. Am. Chem. Soc.*, Vol. 128, pp. 7492-7496, ISSN 0002-7863

Gao, J., Itkis, M. E., Yu, A., Bekyarova, E., Zhao, B., & Haddon, R. C. (2005). Continuous Spinning of a Single-Walled Carbon Nanotube-Nylon Composite Fiber. *J. Am. Chem. Soc.*, Vol. 127, pp.3847-3854, ISSN 0002-7863

Gao, J., Yu, A., Itkis, M. E., Bekyarova, E., Zhao, B., & Niyogi, S. (2004). Large-scale fabrication of aligned single-walled carbon nanotube array and hierarchical single-walled carbon nanotube assembly. *J. Am. Chem. Soc.*, Vol. 126, pp. 16698-16699, ISSN 0002-7863

Gojny, F. H., Wichmann, M. H. G., Fiedler, B., Bauhofer, W., & Schulte, K. (2005). Influence of nano-modification on the mechanical and electrical properties of conventional
fibre-reinforced composites. Composites, Part A, Vol. 36A, pp. 1525-1535, ISSN 1359-835X

Gomes, S., Trannoy, N., & Grossel, P. (1999). DC thermal microscopy: study of the thermal exchange between a probe and a sample. Meas. Sci. Technol., Vol. 10, pp. 805-811, ISSN 0957-0233

Gong, X., Liu, J., Baskaran, S., Voise, R. D., & Young, J. S. (2000). Surfactant-assisted processing of carbon nanotube/polymer composites. Chem. Mater., Vol. 12, pp. 1049-1052, ISSN 0959-9428

Grossiord, N., Loos, J., & Koning, C. E. (2005). Strategies for dispersing carbon nanotubes in highly viscous polymers. J. Mater. Chem., Vol. 15, pp. 2349-2352, ISSN 0959-9428

Gupta, A.; & Choudhary, V. (2010). Isothermal and non-Isothermal crystallization kinetics and morphology of poly(trimethylene terephthalate)/multiwalled carbon nanotube composites. Macromol. Symp., Vol. 290, pp. 56-69, ISSN 1022-1360

Haggenmueller, R., Fischer, J. E., & Winey, K. I. (2006). Single wall carbon nanotube/polyethylene composites: nucleating and templating polyethylene crystallites. Macromolecules, Vol. 39, pp. 2964-2971, ISSN 0024-9297

Haggenmueller, R., Gommans, H. H., Rinzler, A. G., Fischer, J. E., & Winey, K. I. (2000). Aligned single-wall carbon nanotubes in composites by melt processing methods. Chem. Phys. Lett., Vol. 330, pp. 219-225, ISSN 0009-2614

Haggenmueller, R., Zhou, W., Fischer, J. E., & Winey, K. I. (2003). Production and characterization of highly aligned single-walled carbon nanotubes in polymer composites. J. Nanosci. Nanotechnol., Vol. 3, pp. 105-110, ISSN 1550-7033

Hamada, N., Sawada, S., & Oshiyama, A. (1992). New one-dimensional conductors: graphitic microtubules. Phys. Rev. Lett., Vol. 68, pp. 1579-1581, ISSN 0031-9007

Hersam, M. C., Hoole, A. C. F., O’Shea, S. J., & Welland, M. E. (1998). Potentiometry and repair of electrically stressed nanowires using atomic force microscopy. Appl. Phys. Lett., Vol. 72, pp. 915-917, ISSN 0003-6951

Hirsch, A. (2002). Functionalization of single-walled carbon nanotubes. Angewandte Chemie International Edition, Vol. 41, pp. 1853-1859, ISSN 0570-0833

Holt, J. K., Park, H. G., Wang, Y., Stadermann, M., Artyukhin, A. B., & Grigoropoulos, C. P. (2006). Fast mass transport through sub-2-nanometer carbon nanotubes. Science, Vol. 312, pp. 1034-1037, ISSN 0036-8075

Hone, J., Whitney, M., & Zettl, A. (1999). Thermal conductivity of single-walled carbon nanotubes. Synth. Met., Vol. 103, pp. 2498-2499, ISSN 0379-6779

Hou, H., Ge, J. J., Zeng, J., Li, Q., Reneker, D. H., & Greiner, A. (2005). Electrospun polycrylonitrile nanofibers containing a high concentration of well-aligned multiwall carbon nanotubes. Chem. Mater., Vol. 17, pp. 967-973, ISSN 0897-4756

Hwang, G. L., Shieh, Y.-T., & Hwang, K. C. (2004). Efficient load transfer to polymer-grafted multiwalled carbon nanotubes in polymer composites. Adv. Funct. Mater., Vol. 14, pp. 487-491, ISSN 1616-301X

Islam, M. F., Rojas, E., Bergey, D. M., Johnson, A. T., & Yodh, A. G. (2003). High weight fraction surfactant solubilization of single-wall carbon nanotubes in water. Nano Lett., Vol. 3, pp. 269-273, ISSN 1530-6984
Iijima, S. (1991). Helical microtubules of graphitic carbon. Nature, Vol. 354, pp. 56-58, ISSN 0028-0836

Ishikawa, H., Fudetani, S., & Hirohashi, M. (2001). Mechanical properties of thin films measured by nanoindenters. Appl. Surf. Sci., Vol. 178, pp. 56-62, ISSN 0169-4332

Jia, Z., Wang, Z., Xu, C., Liang, J., Wei, B., & Wu, D. (1999). Study on poly(methyl methacrylate)/carbon nanotube composites. Mater. Sci. Eng., A, Vol. A271, pp. 395-400, ISSN 0921-5093

Jin, J.; Song, M.; & Pan F. (2007) A DSC study of effect of carbon nanotubes on crystallization behaviour of poly(ethylene oxide). Thermo. Acta, Vol. 45, pp. 25–31, ISSN 0040-6031

Jin, Z., Pramoda, K. P., Goh, S. H., & Xu, G. (2002). Poly(vinylidene fluoride)-assisted melt-blending of multi-walled carbon nanotube/poly(methyl methacrylate) composites. Mater. Res. Bull., Vol. 37, pp. 271-278, ISSN 0025-5408

Jin, L., Bower, C., & Zhoua, O. (1998). Alignment of carbon nanotubes in a polymer matrix by mechanical stretching. Appl. Phys. Lett., Vol. 73, pp. 1197-1202, ISSN 0003-6951

Joo, J., & Epstein, A. J. (1994). Electromagnetic radiation shielding by intrinsically conducting polymers. Appl. Phys. Lett., Vol. 65, pp. 2278-2280, ISSN 0003-6951

Kashiwagi, T., Gilman, J. W., Butler, K., Harris, R. H., Shields, J. R., & Asano, A. (2000). Flame retardant mechanism of silica gel/silica. Fire Mater., Vol. 24, pp. 277-289, ISSN 0308-0501

Kane, C. L., & Mele, E. J. (1997). Size, shape, and low energy electronic structure of carbon nanotubes. Phys. Rev. Lett., Vol. 78, pp. 1932-1935, ISSN 0031-9007

Kim, P., Shi, L., Majumdar, A., & McEuen, P. L. (2001). Thermal transport measurements of individuals wallted nanotubes. Phys. Rev. Lett., Vol. 87, pp. 215502/215501-215502/215504, ISSN 0031-9007

Kim, H. M., Kim, K., Lee, C. Y., Joo, J., Cho, S. J., & Yoon, H. S. (2004). Electrical conductivity and electromagnetic interference shielding of multiwalled carbon nanotube composites containing Fe catalyst. Appl. Phys. Lett., Vol. 84, pp. 589-591, ISSN 0003-6951

Kim, S. H., Jang, S. H., Byun, S. W., Lee, J. Y., Joo, J. S., & Jeong, S. H. (2003). Electrical properties and EMI shielding characteristics of polypyrrole-nylon 6 composite fabrics. J. Appl. Polym. Sci., Vol. 87, pp.1969-1974, ISSN 0021-8995

Ko, F., Gogotsi, Y., Ali, A., Naguib, N., Ye, H., & Yang, G. (2003). Electrospinning of continuous carbon nanotube-filled nanofiber yarns. Adv. Mater., Vol. 15, pp. 1161-1165, ISSN 0935-9648

Kracke, B., & Damaschke, B. (2000). Measurement of nanohardness and nanoelasticity of thin gold films with scanning force microscope. Appl. Phys. Lett., Vol. 77, pp. 361-363, ISSN 0003-6951

Lamy de la Chapelle, M., Stephan, C., Nguyen, T. P., Lefrant, S., Journet, C., & Bernier, P. (1999). Raman characterization of singlewalled carbon nanotubes-PMMA composites. Synth. Met., Vol. 103, pp. 2510-2512, ISSN 0379-6779

Luo, J.-T., Wen, H.-C., Wu, W.-F., & Chou, C.-P. (2008). Mechanical research of carbon nanotubes/PMMA composite films. Polym. Compos., Vol. 29, pp. 1285-1290, ISSN 0272-8397

www.intechopen.com
Liu, P. (2005). Modifications of carbon nanotubes with polymers. *Eur. Polym. J.*, Vol. 41, pp. 2693-2703, ISSN 0014-3057

Liu, Z., Bai, G., Huang, Y., Ma, Y., Du, F., & Li, F. (2007). Reflection and absorption contributions to the electromagnetic interference shielding of single-walled carbon nanotube/polyurethane composites. *Carbon*, Vol. 45, pp. 821-827, ISSN 0008-6223

Liu, T., Phang, I.Y., Shen, L., Chow, S.Y., & Zhang, W-D. (2004). Morphology and Mechanical Properties of Multiwalled Carbon Nanotubes Reinforced Nylon-6 Composites. *Macromolecules*, Vol. 37, pp. 7214-7222, ISSN 0024-9927

Ma, C., Zhang, W., Zhu, Y., Ji, L., Zhang, R., Koratkar, N., & Liang J. (2006). Alignment and dispersion of functionalized carbon nanotubes in polymer composites induced by an electric field. *Carbon*, Vol. 46, pp. 706-720, ISSN 0008-6223

Martel, R., Schmidt, T., Shea, H. R., Hertel, T., & Avouris, P. (1998). Single- and multi-wall carbon nanotube field-effect transistors. *Appl. Phys. Lett.*, Vol. 73, pp. 2447-2449, ISSN 0003-6951

Martin, C. A., Sandler, J. K. W., Shaffer, M. S. P., Schwarz, M. K., Bauhofer, W., & Schulte, K. (2004). Formation of percolating networks in multi-wall carbon-nanotube-epoxy composites. *Compos. Sci. Technol.*, Vol. 64, pp. 2309-2316, ISSN 0266-3538

Matarredona, O., Rhoads, H., Li, Z., Harwell, J. H., Balzano, L., & Resasco, D. E. (2003). Dispersion of single-walled carbon nanotubes in aqueous solutions of the anionic surfactant NaDDBS. *J. Phys. Chem. B*, Vol. 107, pp. 13357-13367, ISSN 1089-5647

Micheli, D., Pastore, R., Apollo, C., Marchetti, M., Gradoni, G., & Moglie, F. (2009). Carbon based nanomaterial composites in RAM and microwave shielding applications, ixth *IEEE Conf. Nanotechnol.*, pp. 226-235, ISBN 978-1-4244-4832-6, Genoa, 26-30 July, 2009

Minoux, E., Groening, O., Teo, K. B. K., Dalal, S. H., Gangloff, L., & Schnell, J.-P. (2005). Achieving high-current carbon nanotube emitters. *Nano Lett.*, Vol. 5, pp. 2135-2138, ISSN 1530-6984

Mintmire, J. W., Dunlap, B. I., & White, C. T. (1992). Are fullerene tubules metallic? *Phys. Rev. Lett.*, Vol. 68, pp. 631-634, ISSN 0031-9007

(a) Moniruzzaman, M., Du, F., Romero, N., & Winey, K. I. (2006). Increased flexural modulus and strength in SWNT/epoxy composites by a new fabrication method. *Polymer*, Vol. 47, pp. 293-298, ISSN 0032-3861

(b) Moniruzzaman, M., & Winey, K. I. (2006). Polymer composites containing carbon nanotubes. *Macromolecules*, Vol. 39, pp. 5194-5205, ISSN 0024-9927

Monthioux, M. (2002). Filling single-wall carbon nanotubes. *Carbon*, Vol. 40, pp. 1809-1823, ISSN 0008-6223

Moore, V. C., Strano, M. S., Haroz, E. H., Hauge, R. H., Smalley, R. E., & Schmidt, J. (2003). Individually suspended single-walled carbon nanotubes in various surfactants. *Nano Lett.*, Vol. 3, pp. 1379-1382, ISSN 1530-6984

O’Connell, M. J., Boul, P., Ericson, L. M., Huffman, C., Wang, Y., & Haroz, E. (2001). Reversible water-solubilization of single-walled carbon nanotubes by polymer wrapping. *Chem. Phys. Lett.*, Vol. 342, pp. 265-271, ISSN 0009-2614
Odom, T. W., Huang, J., Kim, P., & Lieber, C. M. (1998). Atomic structure and electronic properties of single-walled carbon nanotubes. *Nature*, Vol. 391, pp. 62-64, ISSN 0028-0836

Park, C., Ounaies, Z., Watson, K. A., Crooks, R. E., Smith, J., & Lowther, S. E. (2002). Dispersion of single wall carbon nanotubes by in-situ polymerization under sonication. *Chem. Phys. Lett.*, Vol. 364, pp. 303-308, ISSN 0009-2614

Park, O-K., Jeevananda, T., Kim, N. H., Kim, S.-i., & Lee, J. H. (2009). Effects of surface modification on the dispersion and electrical conductivity of carbon nanotube/polyaniline composites. *Scr. Mater.*, Vol. 60, pp. 551-554, ISSN 1359-6462

Pei, X., Hu, L., Liu, W., & Hao, J. (2008). Synthesis of water-soluble carbon nanotubes via surface initiated redox polymerization and their tribological properties as water-based lubricant additive. *Eur. Polym. J.*, Vol. 44, pp. 2458-2464, ISSN 0014-3057

Poetschke, P., Bhattacharyya, A. R., Janke, A., & Goering, H. (2003). Melt mixing of polycarbonate/multi-wall carbon nanotube composites. *Compos. Interfaces*, pp. 389-404, ISSN 1568-5543

Putz, K. W., Mitchell, C. A., Krishnamoorti, R., & Green, P. F. (2004). Elastic modulus of single-walled carbon nanotube/poly(methyl methacrylate) composites. *J. Polym. Sci., Part B: Polym. Phys.*, Vol. 42, pp. 2286-2293, ISSN 0887-6266

Qian, D., Dickey, E. C., Andrews, R., & Rantell, T. (2000). Load transfer and deformation mechanisms in carbon nanotube-polystyrene composites. *Appl. Phys. Lett.*, Vol. 76, pp. 2868-2870, ISSN 0003-6951

Qin, S., Qin, D., Ford, W. T., Resasco, D. E., & Herrera, J. E. (2004). Functionalization of single-walled carbon nanotubes with polystyrene via grafting to and grafting from methods. *Macromolecules*, Vol. 37, pp. 752-757, ISSN 0024-9297

Raravikar, N. R., Schadler, L. S., Vijayaraghavan, A., Zhao, Y., Wei, B., & Ajayan, P. M. (2005). Synthesis and characterization of thickness-aligned carbon nanotube-polymer composite films. *Chem. Mater.*, Vol. 17, pp. 974-983, ISSN 0897-4756

(a) Rasheed, A., Dadmun, M. D., & Britt, P. F. (2006). Polymer-nanofiber composites: enhancing composite properties by nanofiber oxidation. *J. Polym. Sci., Part B: Polym. Phys.*, Vol. 44, pp. 3053-3061, ISSN 0887-6266

(b) Rasheed, A., Chae, H. G., Kumar, S., & Dadmun, M. D. (2006). Polymer nanotube composites: Correlating intermolecular interaction to ultimate properties. *Polymer*, Vol. 47, pp. 4734-4741, ISSN 0032-3861

Regev, O., ElKati, P. N. B., Loos, J., & Koning, C. E. (2004). Preparation of conductive nanotube-polymer composites using latex technology. *Adv. Mater.*, 16, 248-251, ISSN 0935-9648

Ruiz, F., Sun, W. D., Pollak, F. H., & Venkatraman, C. (1998). Determination of the thermal conductivity of diamond-like composite films using a scanning thermal microscope. *Appl. Phys. Lett.*, Vol. 73, pp. 1802-1804, ISSN 0003-6951

Safadi, B., Andrews, R., & Grulke, E. A. (2002). Multiwalled carbon nanotube polymer composites: synthesis and characterization of thin films. *J. Appl. Polym. Sci.*, Vol. 84, pp. 2660-2669, ISSN 0021-8995

www.intechopen.com
Sahoo, N. G., Jung, Y. C., Yoo, H. J., & Cho, J. W. (2006). Effect of functionalized carbon nanotubes on molecular interaction and properties of polyurethane composites. *Macromol. Chem. Phys.*, Vol. 207, pp. 1773-1780, ISSN 1521-3935

Saito, R., Fujita, M., Dresselhaus, G., & Dresselhaus, M. S. (1992). Electronic structure of chiral graphene tubules. *Appl. Phys. Lett.*, Vol. 60, pp. 2204-2206, ISSN 0003-6951

Schadler, L. S., Giannaris, S. C., & Ajayan, P. M. (1998). Load transfer in carbon nanotube epoxy composites. *Appl. Phys. Lett.*, Vol. 73, pp. 3842-3844, ISSN 0003-6951

Singh, P., Campidelli, S., Giordani, S., Bonifazi, D., Bianco, A., & Prato, M. (2009). Organic functionalisation and characterisation of single-walled carbon nanotubes. *Chem Soc Rev*, Vol. 38, pp. 2214-2230, ISSN 0306-0012

Siochi, E. J., Working, D. C., Park, C., Lillehei, P. T., Rouse, J. H., & Topping, C. C. (2004). Melt processing of SWCNT-polyimide composite fibers. *Composites, Part B*, Vol. 35B, pp. 439-446, ISSN 1359-8368

Sui, G., Zhong, W. H., Yang, X. P., Yu, Y. H., & Zhao, S. H. (2008). Preparation and properties of natural rubber composites reinforced with pretreated carbon nanotubes. *Polym. Adv. Technol.*, Vol. 19, pp. 1543-1549, ISSN 1042-7147

Sulong, A. B., Muhamad, N., Sahari, J., Ramli, R., Md Deros, B., & Park, J. (2009). Electrical conductivity behavior of chemical functionalized MWCNTs epoxy composites. *European Journal of Scientific Research*. Vol. 29, pp. 13-21, ISSN 1450-216X

Sun, L., Warren, G. L., O’Reilly, J. Y., Everett, W. N., Lee, S. M., & Davis, D. (2008). Mechanical properties of surface-functionalized SWCNT/epoxy composites. *Carbon*, Vol. 46, pp. 320-328, ISSN 0008-6223

Sundararaj, U. & Al-Saleh, M. H., (2009). Electromagnetic interference shielding mechanisms of CNT/polymer composites. *Carbon*, Vol. 47, pp. 1738-1746, ISSN 0008-6223

Tans, S. J., Devoret, M. H., Dal, H., Thess, A., Smalley, R. E., & Geerligs, L. J. (1997). Individual single-wall carbon nanotubes as quantum wires. *Nature*, Vol. 386, pp. 474-477, ISSN 0028-0836

Thostenson, E. T., Ren, Z., & Chou, T. W. (2001). Advances in the science and technology of carbon nanotubes and their composites: a review. *Compos. Sci. Technol.*, Vol. 61, pp. 1899-1912, ISSN 0266-3538

Thostenson, E. T., & Chou, T.-W. (2002). Aligned multi-walled carbon nanotube-reinforced composites: processing and mechanical characterization. *J. Phys. D: Appl. Phys.*, Vol. 35, pp. L77-L80, ISSN 0022-3727

Velasco-Santos, C., Martinez-Hernandez, A. L., Fisher, F. T., Ruoff, R., & Castano, V. M. (2003). Improvement of thermal and mechanical properties of carbon nanotube composites through chemical functionalization. *Chem. Mater.*, Vol. 15, pp. 4470-4475, ISSN 0897-4756

Vigolo, B., Penicaud, A., Coulon, C., Sauder, C., Paillet, R., & Journe, C. (2000). Macroscopic fibers and ribs of oriented carbon nanotubes. *Science*, Vol. 290, pp. 1331-1334, ISSN 0036-8075

Wong, K.-K., Shi, S.-Q., & Lau, K.-T. (2007). Mechanical and thermal behavior of a polymer composite reinforced with functionalized carbon nanotubes. *Key Eng. Mater.*, Vol. 334-335, pp. 705-708, ISSN 1013-9826
Wu, C.-S. (2009). Synthesis and characterization of poly(trimethylene terephthalate) composites incorporating multi-walled carbon nanotubes. *J. Appl. Polym. Sci.*, Vol. 114, pp. 1633-1642, ISSN 0021-8995

Wu, H.-X., Qiu, X.-Q., Cao, W.-M., Lin, Y.-H., Cai, R.-F., & Qian, S.-X. (2007). Polymer-wrapped multiwalled carbon nanotubes synthesized via microwave-assisted in situ emulsion polymerization and their optical limiting properties. *Carbon*, Vol. 45, pp. 2866-2872, ISSN 0008-6223

Xie, X.-L., Mai, Y.-W., & Zhou, X.-P. (2005). Dispersion and alignment of carbon nanotubes in polymer matrix: A review. *Mater. Sci. Eng., R*, Vol. 49, pp. 89-112, ISSN 0927-796X

(a) Yang, Y., Gupta, M. C., Dudley, K. L., & Lawrence, R. W. (2005). Conductive carbon nanofiber-polymer foam structures. *Adv. Mater.*, Vol. 17, pp. 1999-2003, ISSN 0935-9648

(b) Yang, Y., Gupta, M. C., Dudley, K. L., & Lawrence, R. W. (2005). Novel carbon nanotube-poly styrene foam composites for electromagnetic interference shielding. *Nano Lett.*, Vol. 5, pp. 2131-2134, ISSN 1530-6984

(a) Yu, M.-F., Files, B. S., Arepalli, S., & Ruoff, R. S. (2000). Tensile loading of ropes of single wall carbon nanotubes and their mechanical properties. *Phys. Rev. Lett.*, Vol. 84, pp. 5552-5555, ISSN 0031-9007

(b) Yu, M.-F., Lourie, O., Dyer, M. J., Moloni, K., Kelly, T. F., & Ruoff, R. S. (2000). Strength and breaking mechanism of multiwalled carbon nanotubes under tensile load. *Science*, Vol. 287, pp. 637-640, ISSN 0036-8075

(a) Yuen, S.-M., & Ma, C.-C. M. (2008). Morphological, electrical, and mechanical properties of multiwalled carbon nanotube/poly silsesquioxane composite. *J. Appl. Polym. Sci.*, Vol. 109, pp. 2000-2007, ISSN 0021-8995

(b) Yuen, S.-M., Ma, C.-C. M., Chuang, C.-Y., Yu, K.-C., Wu, S.-Y., & Yang, C.-C. (2008). Effect of processing method on the shielding effectiveness of electromagnetic interference of MWCNT/PMMA composites. *Compos. Sci. Technol.*, Vol. 68, pp. 963-968, ISSN 0266-3538

(c) Yuen, S.-M., Ma, C.-C. M., Teng, C.-C., Wu, H.-H., Kuan, H.-C., & Chiang, C.-L. (2008). Molecular motion, morphology, and thermal properties of multiwalled carbon nanotube/poly silsesquioxane composite. *J. Polym. Sci., Part B: Polym. Phys.*, Vol. 46, pp. 472-482, ISSN 0887-6266

Zhang, W. D., Shen, L., Phang, I. Y., & Liu, T. (2004). Carbon nanotubes reinforced nylon-6 composite prepared by simple melt-compounding. *Macromolecules*, 37, 256-259, ISSN 0024-9297

Zhang, M., Fang, S., Zakhidov, A. A., Lee, S. B., Aliev, A. E., & Williams, C. D. (2005). Strong, transparent, multifunctional, carbon nanotube sheets. *Science*, Vol. 309, pp. 1215-1219, ISSN 0036-8075

Zhang, S., Minus, M. L., Zhu, L., Wong, C.-P., & Kumar, S. (2008). Polymer transcry stallinity induced by carbon nanotubes. *Polymer*, Vol. 49, pp. 1356-1364, ISSN 0032-3861

Zhao, B., Wang, J., Li, Z., Liu, P., Chen, D., & Zhang, Y. (2008). Mechanical strength improvement of polypropylene threads modified by PVA/CNT composite coatings. *Mater. Lett.*, Vol. 62, pp. 4380-4382, ISSN 0167-577X

www.intechopen.com
Zhu, J., Kim, J., Peng, H., Margrave, J. L., Khabashesku, V. N., & Barrera, E. V. (2003). Improving the dispersion and integration of single-walled carbon nanotubes in epoxy composites through functionalization. *Nano Lett.*, Vol. 3, pp. 1107-1113, ISSN 1530-6984

Zhu, J., Peng, H., Rodriguez-Macias, F., Margrave, J. L., Khabashesku, V. N., & Imam, A. M. (2004). Reinforcing epoxy polymer composites through covalent integration of functionalized nanotubes. *Adv. Funct. Mater.*, Vol. 14, pp. 643-648, ISSN 1616-301X
Polymer nanocomposites are a class of material with a great deal of promise for potential applications in various industries ranging from construction to aerospace. The main difference between polymeric nanocomposites and conventional composites is the filler that is being used for reinforcement. In the nanocomposites the reinforcement is on the order of nanometer that leads to a very different final macroscopic property. Due to this unique feature polymeric nanocomposites have been studied exclusively in the last decade using various nanofillers such as minerals, sheets or fibers. This book focuses on the preparation and property analysis of polymer nanocomposites with CNTs (fibers) as nano fillers. The book has been divided into three sections. The first section deals with fabrication and property analysis of new carbon nanotube structures. The second section deals with preparation and characterization of polymer composites with CNTs followed by the various applications of polymers with CNTs in the third section.
